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Re´sume´
Cette deuxie`me partie de l’approche variationnelle de l’endommagement est consacre´e a` la construction de mode`les
non locaux, a` gradient d’endommagement. Elle consiste a` e´tendre a` ces mode`les re´gularise´s les concepts introduits
dans la premie`re partie dans le cadre de mode`les locaux. Une fois que les termes a` gradient d’endommagement
ont e´te´ introduits dans l’e´nergie, le proble`me d’e´volution s’e´crit toujours a` partir des trois principes physiques
d’irre´versibilite´, de stabilite´ et de bilan d’e´nergie. Cette nouvelle formulation est compare´e a` celle usuellement
propose´e, mettant en e´vidence ses apports.
Abstract. The variational approach to damage : II. The gradient damage models. This second part of
the variational approach to damage is devoted to the construction of non local gradient-enhanced models. That
consists in extending to these regularized models the concepts introduced in the first part for local damage models.
Specifically, once the gradient of damage has been inserted into the energy expression, the damage evolution
problem is still based on the three physical principles of irreversibility, stability and energy balance. This new
formulation is compared with that usually postulated and its merits are emphasized.
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Abridged English version
The first stage in the construction of a non local damage model consists in introducing the gradient of
damage ∇α as a local state variable and hence as a variable of the strain work function W . Accordingly,
in an isotropic and linearized setting, the strain work function simply differs from its non regularized
analog W0 by a quadratic term in ∇α, see (2) and (7). Moreover, it is always possible by a change of the
damage variable to assume that the new variable varies in the interval [0, 1] and that the multiplicative
factor of ∇α ·∇α is a positive constant. The damage model is then perfectly defined by the two functions
dˆ, ψˆ and the constant γˆ, see (9). A typical example used as a regularization of the Griffith brittle fracture
model in [1] is given by (10).
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The second stage consists in formulating the damage evolution problem in terms of the three physical
principles of irreversibility, stability and energy balance introduced in [6] for local damage models. Specif-
ically, let us define the set Ct of admissible displacement fields at time t as the affine space Ut+ C
0 where
C0 is a linear space and Ut is a given displacement field. Let D0 = {D ∈ H
1(Ω, [0, 1]) : D = 0 on ∂eΩ}
be the convex set of admissible damage fields where ∂eΩ denotes the part of the boundary of the body
Ω where the damage is fixed at 0. The energy of the body at time t in the admissible state (u∗, D∗) is
defined by (11) whereW et denotes the potential of the applied forces. Then the evolution problem consists
in finding, for all t ≥ 0, the displacement and damage fields (ut, Dt) which satisfy the three following
items:
(IR) t 7→ Dt must increase from D0;
(ST) (ut, Dt) must be directionally-stable in the sense of [6, Definition 3.3]:
∀(u∗, D∗) ∈ Ct×D(Dt), ∃h¯ > 0, ∀h ∈ [0, h¯], Pˆt(ut+h(u
∗−ut), Dt+h(D
∗−Dt)) ≥ Pˆt(ut, Dt);
(EB) The balance of energy must be satisfied, cf [6, Definition 3.4]:












In (ST), D(Dt) = {D
∗ ∈ D0 : D
∗ ≥ Dt} denotes the set of damage states which are accessible from Dt,
whereas in (EB), U˙ and W˙ e denote the rate of the loading data and σ is the stress field.
Finally, this variational formulation of the evolution problem is compared to what is usually postulated
in the literature. Assuming that there exists a solution, smooth in space and time, we first show that







≥ 0 in Ωdt , γˆ
∂Dt
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= 0 in Ωdt , D˙tγˆ
∂Dt
∂n
= 0 on ∂dt Ω
where Ωdt denotes the part of the body where the damage is less than 1 and ∂
d
t Ω denotes the part of the
boundary where the damage is not fixed at 0 and less than 1.
However these conditions are only sufficient for hardening materials. In the case of softening materials,
(ut, Dt) must also satisfy second order stability conditions. In the case where the elastic potential is
quadratic in ε, i.e. ψˆ(ε,D) = 1
2
Aˆ(D)ε · ε, these additional conditions can be set in terms of the minimum




























Dat = {D¯ ∈ H
1(Ω) : D¯ ≥ 0, D¯ = 0 in Ω\Ωat , D¯ = 0 on ∂Ω\∂
a
t Ω},
Sˆ(D) = Aˆ(D)−1 denoting the damaged compliance tensor whereas
Ωat =
{









, ∂at Ω =
{






Specifically, we show that, besides the previous conditions, it is necessary (resp. sufficient) that minC0×Da
t
Rt ≥
1 (resp. > 1) for every t.
1. Introduction
Il s’agit de fournir un cadre ge´ne´ral pour l’e´criture de lois d’endommagement a` gradient. Il s’ave`re que
les concepts introduits dans la premie`re partie [6] pour construire des mode`les d’endommagement locaux
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sont directement extensibles aux mode`les non locaux de ce type. Il suffit en fait de changer la forme
du travail de de´formation en y incluant des termes en gradient d’endommagement, ce que nous nous
proposons de faire dans le cadre d’une the´orie line´arise´e pour un mate´riau isotrope. Sinon, le proble`me
d’e´volution reste formellement le meˆme et s’e´crit toujours en termes des trois principes d’irre´versibilite´,
de stabilite´ et de conservation de l’e´nergie. Nous nous proposons ensuite de comparer le mode`le ainsi
construit avec les mode`les existants ce qui nous permettra de faire ressortir tous les inte´reˆts de l’approche
variationnelle.
2. La construction des mode`les
2.1. Le mode`le local sous-jacent. Dans l’approche variationnelle, la construction du mode`le non-local
part du mode`le local sous-jacent dont on rappelle ici les principaux aspects, cf [6].
(i) l’e´tat d’endommagement est de´crit a` l’aide d’un scalaire α croissant de 0 a` αm ;
(ii) a` α fixe´, le mate´riau a un comportement e´lastique. Son e´lasticite´, de´pendante de α, est caracte´rise´e
par le potentiel e´lastique ψ(ε, α) ou` ψ est une fonction strictement convexe, homoge`ne de degre´ 2 en
ε, a` α fixe´. De plus ψ est continuˆment diffe´rentiable. On traduit que le mate´riau s’assouplit quand




(ε, α), ψ(kε, α) = k2ψ(ε, α),
∂ψ
∂α
(ε, α) ≤ 0, ∀k ≥ 0, ∀(ε, α) ∈Mns × [0, αm), (1)
ou` σ et ε repre´sentent l’e´tat local des contraintes et des de´formations, Mns de´signe l’ensemble des matrices
n× n syme´triques, n e´tant la dimension de l’espace ;
(iii) pour des raisons d’irre´versibilite´, l’endommagement ne peut que croˆıtre. Son e´volution est re´gie par
une loi a` seuil. Dans le cas de mode`les locaux, graˆce au postulat de Drucker-Ilyushin, on peut montrer
que le travail de de´formation W0 est une fonction de l’e´tat local (ε, α) qui s’e´crit
W0(ε, α) = ψ(ε, α) + d(α) (2)
ou` d(α) repre´sente l’e´nergie dissipe´e lorsque l’on fait passer l’e´tat local du mate´riau de (0, 0) a` (ε, α). La
fonction α 7→ d(α) est continuˆment diffe´rentiable, nulle en 0 et strictement croissante :
d(0) = 0, d′(α) > 0 ∀α ∈ [0, αm). (3)




(ε, α) ≥ 0, α˙
∂W0
∂α
(ε, α) = 0. (4)
2.2. La nouvelle forme du travail de de´formation. Le gradient d’endommagement ∇α est maintenant
une variable d’e´tat local dont de´pend le travail de de´formation qui devient donc la fonction W : Mns ×
[0, αm]×R
n → R, (ε, α,∇α) 7→ W (ε, α,∇α). Dans le cadre d’une the´orie line´arise´e, on de´veloppe W au
voisinage de “l’e´tat d’e´quilibre thermodynamique” (0, α, 0) jusqua` l’ordre 2 en ε et ∇α. Cette line´arisation
n’est que partielle puisqu’on ne peut pas line´ariser en α a` cause des fortes variations de la rigidite´. Du fait
de l’asyme´trie envisage´e entre traction et compression, W est une fois continuˆment diffe´rentiable (ce qui
permet d’avoir une relation contrainte-de´formation continue), mais pas deux fois. Les termes du premier
ordre en ε sont donc line´aires, alors que les termes du second ordre en ε sont seulement homoge`nes de
degre´ 2. On a donc
W (ε, α,∇α) = d(α) + σ0(α) · ε+ λ(α) · ∇α+ ψ(ε, α) + Λ(α) · (ε⊗∇α) + Γ(α)∇α · ∇α (5)
ou` le point de´signe le produit scalaire entre vecteurs ou tenseurs du meˆme ordre. Dans (5) apparaissent
les termes “non locaux” λ(α) ∈ Rn, Λ(α) ∈ Mns ⊗ R
n et Γ(α) ∈ Mns alors que σ0(α) repre´sente une
pre´contrainte variant avec l’endommagement que nous supposerons nulle comme nous l’avions fait dans
le mode`le local. Les termes d(α) et ψ(ε, α) sont ceux du mode`le local, ψ e´tant homoge`ne de degre´ 2 en
ε. On pourrait aussi envisager des de´veloppements non re´guliers en ∇α mais on opte ici pour le choix le
plus simple.
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Si nous supposons que le mate´riau est isotrope et que la variable d’endommagement est un scalaire
objectif (i.e. invariant dans tout changement de re´fe´rentiel), W doit alors satisfaire les conditions d’inva-
riance
W (QεQT , α,Q∇α) =W (ε, α,∇α), ∀Q ∈ On, ∀(ε, α,∇α) ∈Mns×[0, αm]×R
n (6)
ou` On de´signe le groupe orthogonal. Dans ce cas le vecteur λ(α) et le tenseur d’ordre trois Λ(α) sont
ne´cessairement nuls, alors que le tenseur d’ordre deux Γ(α) est proportionnel a` l’identite´. Pour des raisons
e´videntes, si l’on veut que les termes non locaux soient re´gularisants, il faut que Γ(α) soit de´fini positif,
ce qui permet d’e´crire Γ(α) = γ(α)I avec γ(α) > 0.
En re´sume´, pour un mate´riau isotrope, en the´orie line´arise´e et en supposant qu’il n’y a pas de pre´con-
trainte, le travail de de´formation s’e´crit
W (ε, α,∇α) = d(α) + ψ(ε, α) + γ(α)∇α · ∇α (7)
avec ψ(QεQT , α) = ψ(ε, α). On voit qu’il ne diffe`re de son homologue local (2) que par l’ajout d’un
terme quadratique en ∇α dont on attend qu’il ait des vertus re´gularisantes. Notons que cette introduction
purement phe´nome´nologique de termes en gradient d’endommagement dans l’e´nergie souffre d’un manque
de base micro-me´canique. Alors qu’il est facile de justifier les termes “locaux” par des arguments base´s
sur le comportement effectif de mate´riau micro-fissure´, il n’existe pas a` ce jour, a` notre connaissance, de
telle justification pour les termes non locaux.
2.3. Normalisation de la variable d’endommagement. A` ce stade la variable d’endommagement a e´te´
choisie arbitrairement, elle ne sert qu’a` parame´trer l’e´volution des proprie´te´s thermome´caniques du
mate´riau. On peut en changer, via un changement de variable, sans changer de mode`le. Une infinite´
de choix sont possibles. Un choix particulie`rement inte´ressant consiste a` prendre pour variable d’endom-
magement l’e´nergie volumique dissipe´e, ce qui revient a` faire le changement de variable α 7→ d = d(α).
Cela permet d’exprimer simplement les proprie´te´s d’e´crouissage du mate´riau, cf [6, Proposition 2.3]. Avec
ce choix, le travail de de´formation s’e´crit
W˜ (ε, d,∇d) = d+ ψ˜(ε, d) + γ˜(d)∇d · ∇d. (8)
Mais un autre choix tout aussi inte´ressant en pratique consiste a` faire un changement de variable de
fac¸on a` faire apparaˆıtre une constante devant le terme quadratique non local au lieu de la fonction γ(α).
Il est meˆme autorise´ de prendre cette constante e´gale a` 1. Il suffit pour cela de faire le changement de




γ(β)dβ. Toutefois, pour comparer diffe´rents mate´riaux entre eux, on
peut avoir inte´reˆt a` normaliser la variable d’endommagement en la prenant sans dimension et variant par
exemple entre 0 et 1 lorsque α varie entre 0 et αm. Ainsi, en supposant que ∆(αm) < +∞ et en faisant
le changement de variable α 7→ D = ∆(α)/∆(αm), le travail de de´formation peut s’e´crire
Wˆ (ε,D,∇D) = dˆ(D) + ψˆ(ε,D) +
γˆ
2
∇D · ∇D, (9)
ou` la variable D varie entre 0 et 1 et γˆ > 0 est maintenant une constante caracte´ristique du mate´riau qui a
la dimension d’une force. Cette constante pourrait aussi s’e´crire γˆ = E0ℓ
2, E0 de´signant le module d’Young
du mate´riau sain et ℓ > 0 e´tant donc une longueur caracte´ristique du mate´riau. Avec ce choix, sachant
que la loi d’e´volution de l’endommagement se formule entie`rement en terme du travail de de´formation,
le comportement du mate´riau est caracte´rise´ par les fonctions dˆ, ψˆ et la constante γˆ. Il est a` noter que
les proprie´te´s de monotonie, d’homoge´ne´ite´ et d’isotropie postule´es pour les fonctions d et ψ ne sont pas
affecte´es par le changement de variable et sont encore ve´rifie´es par dˆ et ψˆ.
2.4. Exemple. On peut transformer n’importe quel mode`le local en un mode`le non local en rajoutant
simplement le terme quadratique en gradient d’endommagement. Notons toutefois que si on a normalise´
le mode`le local, alors on doit a priori introduire une fonction γ(α) comme facteur multiplicatif du terme
non local. A` titre d’exemple, reprenons le mode`le 3D introduit dans [6] et normalisons-le de fac¸on a` faire
apparaˆıtre une constante dans le terme en gradient. Il s’e´crit alors







−)2 + µˆ(D)εD · εD +
γˆ
2
∇D · ∇D (10)
ou` Kˆ(D) et µˆ(D) repre´sentent le module de compressibilite´ et le module de cisaillement du mate´riau
endommage´, K0 est le module de compressibilite´ du mate´riau sain, ε
D est le de´viateur de ε, Tr ε sa trace,
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Tr ε± = max{0,±Tr ε}. L’identification de ce mode`le passe donc par la connaissance des trois fonctions
dˆ, Kˆ, µˆ et de la constante γˆ. Ce type de mode`le est utilise´ comme re´gularisation du mode`le de rupture
de Griffith, cf [1].
3. Le proble`me d’e´volution de l’endommagement
3.1. Sa formulation. Du fait du caracte`re non local du mode`le, la loi d’e´volution doit se formuler
directement au niveau de la structure. On conside`re une structure dont la configuration de re´fe´rence
naturelle est l’ouvert Ω de Rn, qui est constitue´e d’un (plusieurs) mate´riau(x) endommageable(s) du type
pre´ce´dent dont le parame`tre d’endommagement a e´te´ normalise´. Les fonctions d’e´tat sont surmonte´es
d’unˆet, dans le cas he´te´roge`ne, les fonctions dˆ, ψˆ et le scalaire γˆ de´pendent de x. Cette structure est
dans un e´tat d’endommagement donne´ D0 a` l’instant 0 avant d’eˆtre soumise a` un chargement de´pendant
d’un parame`tre t ≥ 0. Le proble`me d’e´volution quasi-statique consiste a` chercher, a` chaque “instant” t,
les champs des de´placements ut et d’endommagement Dt. Nous le formulons en reprenant les 3 items
d’irre´versibilite´, de stabilite´ et de conservation de l’e´nergie introduits dans [6] pour les mode`les locaux. Cela
passe tout d’abord par l’adaptation de quelques de´finitions et par l’introduction de quelques hypothe`ses
sur le chargement.
(i) Nous supposons que l’ensemble des de´placements cine´matiquement admissibles a` l’instant t est un
espace affine de la forme Ct = Ut+ C
0 ou` C0 est un espace vectoriel inde´pendant du temps et Ut est
un champ de de´placement donne´ de´pendant re´gulie`rement de t.
(ii) La structure est soumise a` un syste`me de forces de´pendant re´gulie`rement du temps et dont le
potentiel a` l’instant t est la forme line´aire W et .
(iii) Du point de vue de la re´gularite´, pour que l’e´nergie de la structure dans un e´tat d’endommagement
D soit finie, il faut queD soit dansH1(Ω, [0, 1]). De ce fait, il admet une trace sur le bord du domaine
et il est tout a` fait licite d’imposer des conditions aux limites a` D sur toute ou partie de la frontie`re.
Sur le plan the´orique, n’importe quel type de conditions aux limites pour D est envisageable. D’un
point de vue physique, on peut imaginer des syste`mes de fixation de la structure sur une partie du
bord qui feraient que D doit rester nul sur ce bord. Pour simplifier, nous supposons ici que D = 0
sur la partie (inde´pendante du temps) ∂eΩ du bord et l’ensemble convexe (inde´pendant du temps)
des endommagements admissibles est donc D0 = {D ∈ H
1(Ω, [0, 1]) : D = 0 sur ∂eΩ}.
(iv) A` un couple (u∗, D∗) ∈ Ct ×D0 admissible a` l’instant t on associe l’e´nergie totale Pˆt(u
∗, D∗) de la





Wˆ (x, ε(u∗)(x), D∗(x),∇D∗(x))dx−W et (u
∗) (11)
ou` ε(u∗) de´signe la partie syme´trique du gradient de u∗.
(v) A` D ∈ D0 on associe l’ensemble D(D) des e´tats d’endommagement accessibles depuis D, qui sont
restreints du fait de la condition d’irre´versibilite´ : D(D) = {D∗ ∈ D0 : D
∗ ≥ D}.
Munis de ces hypothe`ses et de´finitions, nous sommes en mesure de formuler le proble`me d’e´volution en
reprenant simplement les trois principes d’irre´versibilite´, de stabilite´ et de bilan d’e´nergie introduits dans
[6]. Cela conduit a` la
De´finition 3.1 Le proble`me d’e´volution consiste a` trouver pour tout t ≥ 0, (ut, Dt) ∈ Ct ×D0 tel que
(IR) t 7→ Dt soit croissant depuis D0 ;
(ST) (ut, Dt) soit stable au sens suivant, cf [6, De´finition 3.3] :
∀(u∗, D∗) ∈ Ct×D(Dt), ∃h¯ > 0, ∀h ∈ [0, h¯], Pˆt(ut+h(u
∗−ut), Dt+h(D
∗−Dt)) ≥ Pˆt(ut, Dt);
(EB) Le bilan d’e´nergie suivant soit satisfait a` chaque instant, cf [6, De´finition 3.4] :













Dans le bilan d’e´nergie, u0 est obtenu en re´solvant le proble`me d’e´lasticite´ line´aire associe´, i.e. u0 =




que U˙t et W˙
e
t repre´sentent les vitesses des donne´es de chargement.
On voit donc que le proble`me d’e´volution est formellement le meˆme que celui propose´ pour les mode`les
locaux. Mais, e´videmment du fait de la pre´sence de termes non locaux dans l’e´nergie, ces deux proble`mes
n’admettent pas en ge´ne´ral les meˆmes solutions. Notons que les proprie´te´s d’irre´versibilite´, de stabilite´ et
de conservation de l’e´nergie sont invariantes par changement de la variable d’endommagement. Si elles
sont ve´rifie´es par le mode`le normalise´, alors elles le sont aussi par tout repre´sentant du meˆme mode`le.
D’un point de vue nume´rique, un algorithme naturel de´coulant de cette formulation variationnelle est
l’algorithme dit de minimisation alterne´e qui consiste a` minimiser par rapport a` u a` D fixe´, puis par
rapport a` D a` u fixe´ et d’ite´rer jusqu’a` convergence. C’est un algorithme de descente qui converge (mais
pas force´ment vers un e´tat stable), cf [3] pour des de´tails et [3,1] pour des exemples.
3.2. Comparaison avec les formulations usuelles. Supposons que le proble`me d’e´volution admette une
solution re´gulie`re en temps et en espace et raisonnons par conditions ne´cessaires. En divisant l’ine´galite´
de stabilite´ (ST) par h > 0 et en passant a` la limite quand h→ 0, on en de´duit les conditions ne´cessaires
de stabilite´ dites d’ordre 1 que doit ve´rifier (ut, Dt) a` l’instant t :
Pˆ ′t(ut, Dt)(u
∗ − ut, D
∗ −Dt) ≥ 0, ∀(u
∗, D∗) ∈ Ct ×D(Dt) (12)
ou` Pˆ ′t(ut, Dt) de´signe la de´rive´e de Gaˆteaux en (ut, Dt), i.e. la forme line´aire de´finie par











(ε(ut), Dt)D¯ + γˆ∇Dt · ∇D¯
)
dx.
En prenant D∗ = Dt dans (12) et en remarquant que Ct est un espace affine, on retrouve la formulation
variationnelle de l’e´quilibre, i.e. ∫
Ω
σt · ε(u¯)dx =W
e
t (u¯), ∀u¯ ∈ C
0. (13)






∗ −Dt) + γˆ∇Dt · ∇(D
∗ −Dt)
)
dx ≥ 0, ∀D∗ ∈ D(Dt). (14)
Notons Ωct le domaine ou` Dt = 1 (ce domaine peut encore contenir de l’e´nergie e´lastique si la perte de
rigidite´ n’est que partielle quandD = 1) et Ωdt celui ou` 0 ≤ Dt < 1. Le cas ou` Ω
c
t = Ω est trivial, supposons
donc que Ωdt 6= ∅. Comme D
∗ = Dt = 1 dans Ω
c
t , l’inte´grale dans (14) ne porte que sur Ω
d
t . On peut
e´galement partitionner ∂Ω en trois parties (dont certaines peuvent eˆtre vides) : (i) ∂eΩ ou` Dt = D
∗ = 0 ;
(ii) ∂dt Ω ou` 0 ≤ Dt ≤ D
∗ ≤ 1 et Dt < 1 ; (iii) ∂
c
tΩ ou` Dt = D
∗ = 1. En vertu des proprie´te´s de la trace
pour des fonctions de H1(Ω), on a Dt = D
∗ = 1 sur ∂Ωct et donc ∂
eΩ ⊂ ∂Ωdt ainsi que ∂
d
t Ω ⊂ ∂Ω
d
t . Apre`s

















(D∗ −Dt)dS ≥ 0 (15)
ou` n de´signe la normale unitaire sortante a` Ω. Sous re´serve de re´gularite´ suffisante des champs, on obtient







≥ 0 dans Ωdt , γˆ
∂Dt
∂n
≥ 0 sur ∂dt Ω (16)
qui constituent donc l’e´criture locale du crite`re d’endommagement pour un mode`le a` gradient. Elles
sont le pendant du crite`re portant sur le taux de restitution d’e´nergie pour une loi locale, cf (4). Ces
ine´galite´s sont conformes a` ce qui est ge´ne´ralement postule´ dans la litte´rature, cf [5], [4]. Mais notons
qu’elles de´coulent ici de la condition de stabilite´. Il serait donc facile de les ge´ne´raliser a` des mode`les plus
complexes (mate´riaux anisotropes ou non line´aires par exemple). Remarquons aussi qu’elles fournissent
automatiquement des conditions aux limites naturelles sur les bords du domaine ou` l’endommagement
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peut encore e´voluer ou aux interfaces entre diffe´rents mate´riaux. En effet, dans ce dernier cas, on obtient
directement par l’approche variationnelle que γˆ ∂Dt
∂n
doit eˆtre continu sur toute surface incluse dans Ωdt .
C’est implicitement contenu dans la premie`re ine´galite´ de (16) si on la lit au sens des distributions.
Exploitons maintenant le bilan d’e´nergie pour essayer de re´cupe´rer la condition dite de cohe´rence, i.e.
le pendant de l’e´galite´ α˙∂W
∂α
(ε, α) = 0 du mode`le local. Supposons toujours la re´gularite´ en temps et en















σt · ε(u˙t − U˙t)dx−W
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(ε(ut), Dt)D˙t + γˆ∇Dt · ∇D˙t
)
dx
les deux premiers termes de la deuxie`me ligne se compensant graˆce a` l’e´quilibre (13). En inte´grant par
parties le terme en gradient, comme D˙t = 0 dans Ω
c
t , sur ∂


















Il suffit de tenir compte de l’irre´versibilite´ qui exige que D˙t ≥ 0 et du crite`re d’endommagement (16)








= 0 dans Ωdt , D˙tγˆ
∂Dt
∂n
= 0 sur ∂dt Ω. (17)
Il est a` noter que les conditions aux limites naturelles que l’on a obtenues font qu’en ge´ne´ral on aura
∂D/∂n = 0 sur les parties du bord ou` D peut e´voluer.
En re´sume´, on vient de montrer que les relations de comportement ge´ne´ralement adopte´es pour les
mode`les a` gradient se de´duisent dans l’approche variationnelle de la condition d’irre´versibilite´, de la
condition de stabilite´ d’ordre 1 et du bilan d’e´nergie. Mais les ine´galite´s (16) ne sont que des conditions
ne´cessaires, en ge´ne´ral non suffisantes, pour que la condition de stabilite´ soit satisfaite. Nous nous pro-
posons dans le prochain paragraphe d’e´tablir des conditions ne´cessaires supple´mentaires. Insistons aussi
sur le fait que les conditions (16) et (17) n’ont un sens que dans des e´volutions re´gulie`res, alors que (IR),
(ST) et (EB) valent aussi dans des e´volutions non re´gulie`res.
3.3. Les conditions de stabilite´ d’ordre 2. Pour simplifier la pre´sentation, nous supposons que ψˆ est
quadratique en ε, i.e. ψˆ(ε,D) = 1
2
Aˆ(D)ε · ε ou` Aˆ(D) est le tenseur de rigidite´ endommage´ (avec Aˆ(D) > 0
si D < 1 et Aˆ(1) = 0), et que dˆ et Aˆ sont deux fois de´rivables par rapport a` D. Conside´rons un e´tat
(ut, Dt) a` l’instant t satisfaisant les conditions de stabilite´ d’ordre 1 (12) et donc (13) et (14). Posons
(u¯, D¯) = (u∗−ut, D
∗−Dt) et e´crivons la condition de stabilite´ (ST) en de´veloppant Pˆt(ut+hu¯,Dt+hD¯)
par rapport a` h jusqu’a` l’ordre 2. Il vient
0 ≤ hPˆ ′t(ut, Dt)(u¯, D¯) +
h2
2
Pˆ ′′t (ut, Dt)(u¯, D¯) + o(h
2) (18)
ou` Pˆ ′′t (ut, Dt) de´signe la de´rive´e seconde de l’e´nergie en (ut, Dt), forme quadratique par rapport a` (u¯, D¯).
En utilisant le tenseur de souplesse du mate´riau endommage´ Sˆ(D) = Aˆ(D)−1 ainsi que ses de´rive´es par
rapport a` D, la de´rive´e seconde de l’e´nergie peut s’e´crire


























ou` on a utilise´ le fait que D¯ = 0 dans Ωct . D’apre`s (12), le premier terme du membre de droite de (18)
est non ne´gatif. S’il est positif, alors, pour h assez petit, l’ine´galite´ sera ve´rifie´e et l’e´tat (ut, Dt) sera
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stable dans la direction (u¯, D¯). Par contre, s’il est nul, alors l’e´tat ne sera stable dans la direction (u¯, D¯)
que si la de´rive´e seconde est non ne´gative (et il sera stable dans cette direction si la de´rive´e seconde est
positive). Or, en vertu de la positivite´ de Aˆ et de γˆ, les deux premiers termes dans l’expression (19) de la
de´rive´e seconde sont non ne´gatifs. Comme dˆ′′(Dt)− 12 Sˆ
′′(Dt)σt ·σt est positif si le mate´riau est durcissant
mais ne´gatif si le mate´riau est adoucissant, cf [6], la de´rive´e seconde est ne´cessairement positive dans
toute direction non nulle si le mate´riau est durcissant mais son signe peut de´pendre de la direction si
le mate´riau est adoucissant. Donc, pour les mate´riaux durcissants, tout e´tat ve´rifiant (12) est stable
et aucune condition supple´mentaire n’est a` remplir. La question se pose par contre pour les mate´riaux
adoucissants.
Conside´rons un mate´riau adoucissant. D’apre`s (15), la de´rive´e premie`re de l’e´nergie est nulle si et
seulement si D¯ est nul sur la partie du domaine et la partie du bord ou` il n’y a pas e´galite´ dans (16).
Introduisons donc Ωat et ∂
a













, ∂at Ω =
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Envisageons des directions (u¯, D¯) ∈ C0×Dat avec
Dat = {D¯ ∈ H
1(Ω) : D¯ ≥ 0, D¯ = 0 dans Ω\Ωat , D¯ = 0 sur ∂Ω\∂
a
t Ω}.
La de´rive´e premie`re de l’e´nergie e´tant nulle dans de telles directions, la stabilite´ de l’e´tat va de´pendre du
signe de la de´rive´e seconde. Comme celle-ci est la diffe´rence entre 2 formes quadratiques non ne´gatives,



























avec la convention Rt(u¯, 0) = +∞. L’e´tat (ut, Dt) sera stable ou instable suivant que le minimum du
quotient de Rayleigh sur C0×Dat sera supe´rieur ou infe´rieur a` 1. Comme γˆ > 0, le terme non local
a e´videmment un roˆle stabilisant. Il est bon de noter que cette condition est ne´cessairement globale,
c’est une proprie´te´ structurelle et pas seulement mate´rielle, cf [2]. On peut donc re´sumer l’ensemble des
re´sultats de cette section par la
Proposition 3.2 Pour qu’une e´volution t 7→ (ut, Dt) partant de (u0, D0) et re´gulie`re en espace et
en temps satisfasse le proble`me d’e´volution (IR), (ST) et (EB), il faut qu’elle ve´rifie a` chaque instant
l’e´quilibre (13), la condition d’irre´versibilite´, le crite`re d’endommagement (16) et la condition de cohe´rence
(17). Dans le cas d’un mate´riau durcissant, ceci est suffisant. Dans le cas d’un mate´riau adoucissant, il
faut (resp. suffit) qu’en plus le minimum du quotient de Rayleigh soit non infe´rieur (resp. supe´rieur) a` 1
a` chaque instant.
4. Conclusion et perspectives
L’approche variationnelle permet une construction syste´matique de mode`les d’endommagement a` gra-
dient a` partir du mode`le local sous-jacent. Dans le cas isotrope et dans le cadre d’une the´orie line´arise´e,
cela se re´duit a` l’introduction d’un terme supple´mentaire dans la forme de l’e´nergie, quadratique en
gradient d’endommagement. Apre`s quoi la loi d’e´volution se formule toujours a` l’aide d’une condition
d’irre´versibilite´, d’un crite`re de stabilite´ et d’un bilan d’e´nergie. On retrouve ainsi automatiquement le
crite`re d’endommagement contenant des de´rive´es secondes spatiales du champ d’endommagement ainsi
que des conditions aux limites naturelles sur le bord du domaine pour la de´rive´e normale du champ d’en-
dommagement, ce qui donne une assise conceptuelle claire a` ce qui re´sulte sinon le plus souvent de choix
arbitraires. Mais le crite`re de stabilite´ fait e´galement apparaˆıtre des conditions supple´mentaires pour les
mode`les avec adoucissement. Leur e´tude approfondie fera l’objet des publications suivantes.
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